Micro-mechanical modelling of oriented Polyethylene

Citation for published version (APA):

Document license:
Unspecified

Document status and date:
Published: 01/01/2016

Document Version:
Publisher’s PDF, also known as Version of Record (includes final page, issue and volume numbers)

Please check the document version of this publication:
• A submitted manuscript is the version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher’s website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.

Link to publication

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain
• You may freely distribute the URL identifying the publication in the public portal.

If the publication is distributed under the terms of Article 25fa of the Dutch Copyright Act, indicated by the “Taverne” license above, please follow below link for the End User Agreement:
www.tue.nl/taverne

Take down policy
If you believe that this document breaches copyright please contact us at:
openaccess@tue.nl
providing details and we will investigate your claim.
Micro-mechanical modelling of oriented Polyethylene

S.M. Mirkhalaf, J.A.W. van Dommelen, L.E. Govaert, M.G.D. Geers

Introduction
During some manufacturing processes for polymeric products, such as injection molding or film blowing, the material is under shear and elongational flow resulting in an oriented micro-structure after crystallization which leads to anisotropic mechanical behaviour. The objective of this work is to model the orientation induced anisotropic behaviour of semi-crystalline HDPE.

Micro-mechanical model
At the microscopic level, the material is considered to be composed of amorphous and crystalline phases forming a composite inclusion as shown in Figure 1.

Figure 1: A composite inclusion composed of a crystalline lamella and an amorphous phase.

The deformation behaviour of the material is obtained as the volume average of the response of an aggregate of composite inclusions, using a hybrid mean-field approach. In hot-drawn tapes, the crystalline domains show a preferred orientation distribution. Figure 2 shows the orientation distribution of a sample of drawn HDPE with a draw ratio of 4.

Figure 2: Pole figures of the orientation distribution of HDPE samples with draw ratio of 4.

In addition to the crystalline domains, also the amorphous regions are in a pre-oriented state causing an internal stress.

Motivation
Samples are obtained from oriented HDPE tape at different angles, see Figure 3.

Figure 3: Schematic representation of the samples obtained from oriented HDPE tape.

As can be seen in Figure 4, in spite of considering the oriented crystallographic structure, the tensile yield kinetics are not well captured specially when the sample is cut in the machine direction. This signifies that in addition to the crystallographic orientation, an oriented amorphous phase should also be introduced. As suggested and used by Poluektov et al. [2] the pre-stretched included EGP model has been adopted for the oriented amorphous phase of oriented HDPE tape. A pre-stretching of the amorphous network in this model leads to an internal pre-stretched state.

Preliminary results
Simulations are performed on oriented HDPE tape at room temperature under strain rate of $\dot{\varepsilon} = 0.0001$ (1/s) and at different loading angles. Figure 5 depicts a comparison of the yield stresses obtained in the experimental results and simulations.

Figure 5: Tensile yield kinetics of HDPE samples with draw ratio equal to 4 (symbols: experiments, lines: simulations).

Conclusion and future research
The modified micro-mechanical model, including a pre-stretched EGP model, will be used to capture the effect of a pre-oriented amorphous phase on the overall response of oriented HDPE films with different draw ratios, under different strain rates and eventually different temperatures. The model predictions will be compared more comprehensively against experimental results.

References: